Extraction and Properties of Gelatin from Spotted Oceanic Triggerfish 
(Canthidermis maculata) Skin and Bone

Normalina Arpi*, Fahrizal#, Satriana#, Suji Edward#

*Agricultural Product Technology Department, Faculty of Agriculture, Syiah Kuala University, Banda Aceh, 23111 Indonesia
E-mail: *normalina.arpi@unsyiah.ac.id

Abstract— Effects of pretreatments with different alkaline and acid concentrations, and extraction temperatures on fish gelatin extraction and properties was studied. The resultant fish gelatins were evaluated in terms of extraction yield, viscosity, gel strength, and pH. The combination of higher acid pretreatment concentrations and extraction temperatures removed the noncollagenous protein and provided proper pH extraction condition which resulted higher gelatin extraction yield. However, the gel strength decreased with the increase of acid concentration. The gel strength and pH of gelatin increase proportionally to the increase in alkaline concentration and extraction temperature. No significant effects of the three treatments on the gelatin viscosity. The recommended gelatin extraction process conditions was using alkaline concentration (NaOH) of 0.55 N, acid (HCl) of 0.95 N, and a temperature of 60 °C. The optimal solution formula had optimization targets of 79.5% and was predicted to produce a gel with 11.21% yield and pH 3.4

Keywords— Fish gelatin; Alkaline and acid pretreatment; Extraction yield; Gel strength

I. INTRODUCTION

Gelatin is a polypeptide extracted from collagen tissue found in bones, skin and connective tissue [1]. Utilization of gelatin is quite extensive, both in the food industry as well as non-food industry. In food industry, gelatin is used as a binder agent, stabilizer, gelling agent, adhesives, viscosity agent and emulsifier.

The main sources of gelatin are pig skin (46%), cowhide (29.4%), beef bones (23.1%) and other sources (1.5%) [2]. Unfortunately, muslims cannot consume gelatin from pig skin because it is not lawful, while gelatin derived from cattle is avoided by most people because the fear of bovine spongiform encephalopathy (BSE) disease or mad cow. Since the main source of gelatin is from pig and cow, therefore, it is necessary to find other source of gelatin that is halal for Muslims and safe.

Fish contains collagen which can be extracted to produce gelatin. Collagen in fish is considered as a potential raw material for making gelatin. According to [3], hard bone fish (teleostei) contain collagen ranges from 15% - 17%, while the bone cartilage fish between 22% - 34%. One type of fish that have the potential to be used as raw material for making gelatin is spotted oceanic triggerfish. The fish has very hard skin and bone, therefore only the meat is used, while the rest is discarded without utilization. The fish waste from spotted oceanic triggerfish is up to 51%. Utilization of spotted oceanic triggerfish skin and bone are expected to reduce waste and increase the value of the waste.

This study used Response Surface Methodology (RSM) approach to obtain the optimum conditions of gelatin extraction. RSM is a method that combines mathematical techniques with statistical techniques to create and analyze a response Y (e.g. yield, gel strength, etc.) that are influenced by several variables (independent variable) or factor X [4]. The independent variables used in this study were the concentration of alkaline (NaOH) and acid (HCl) in the pretreatment process, and the temperature of the extraction process. The purpose of this study were to determine the effects of alkaline and acid pretreatments on gelatin extraction, and to obtain optimum gelatin extraction conditions from spotted oceanic triggerfish skin and bone.

II. MATERIALS AND METHODS

Black spotted oceanic triggerfish waste in the form of skins and bones were obtained from the fish auction place in Lampulo Banda Aceh, Indonesia. The fish skins and bones were washed and cleaned from the remnants of meat with knife then packed in plastic bag and stored at -24°C until
extractions process. The chemicals used are all based on pro-
analysis (PA).

A. Gelatin Extraction in Screening Stage

The raw materials (200 g) were soaked in a solution of
NaOH (1: 5 w/v) with various concentrations (factor X 1, N) for 1 hour. Then, the samples were washed with water (1: 5 w/v) three times, filtered and then squeezed. Subsequently, the samples were immersed in HCl (1: 5 w/v) with various concentrations (factor c, N) and various soaking times (factor b, h). Then, the samples were washed with water (1: 5 w/v) three times, filtered and then squeezed. The sample were then put into an Erlenmeyer, added with distilled water (1: 4 w/v) and covered with aluminum foil. Subsequently, the samples were extracted in a water bath with various extraction temperatures (factor e, ° C) and various extraction times (factor f, h). After that, the filtrate was obtained by filtering using cheesecloth and dried in a glass container at a temperature of 60°C for 72 hours.

B. Gelatin Extraction in Optimization Stage

The raw materials (200 g) were soaked in a solution of
NaOH (1: 5 w/v) with various concentrations (factor X 1, N) for 1 hour. Then, the samples were washed with water (1: 5 w/v) three times, filtered and then squeezed. Subsequently, the samples were immersed in HCl (1: 5 w/v) with various concentrations (factor X 2, N) for 3 hours, then the samples were washed with water (1: 5 w/v) three times, filtered and then squeezed. After that, the samples were put into glass beakers, added with distilled water (1: 4 w/v) and covered with aluminum foil. Subsequently, the samples were extracted using a water bath with various extraction temperatures (factor X 3, ° C) and various extraction times (factor X 4, h). Next, the filtrate was obtained by filtering using cheesecloth and dried in a glass container at a temperature of 60°C for 72 hours.

C. Gelatin Yield

The yield is calculated from the ratio of dry weight of gelatin produced over dry weight of the raw materials extracted.

\[
Yield = \frac{\text{Dry Weight of Gelatin}}{\text{Dry Weight of Raw Materials}} \times 100 \%
\]  

D. Gel Strength

The gel strength of gelatin gel was determined according to Gelatin Manufacturers Institute of America standard test method [5] with modification. Gelatin solution (6.67 %, w/v) was prepared by dissolving 7.50 g of gelatin in 105 ml of distilled water in a 250 ml beaker glass which was covered and let for 1-3 hours at room temperature. Then, it was heated in a water bath for 8-10 minutes at 65°C while stirring. After that the beaker was placed on a viscometer instrument and measured when the gelatin solution's temperature was 6°C with a shear rate of 60 rpm using the spindle 1. The value of viscosity is expressed in units of centipoise (cP).

E. Viscosity

The viscosity was measured according to the British Standard 757 1975 whereas gelatin solution (6.67 %, w/v) was prepared by dissolving 7.50 g of gelatin in 105 ml of distilled water in a 250 ml beaker glass which was covered and let for 1-3 hours at room temperature. Then, it was heated in a water bath for 8-10 minutes at 65°C while stirring. After that the beaker was placed on a viscometer instrument and measured when the gelatin solution's temperature was 6°C with a shear rate of 60 rpm using the spindle 1. The value of viscosity is expressed in units of centipoise (cP).

F. pH

1.6 g of gelatin was put in a glass beaker and added 105 ml of distilled water while stirring. The beaker was covered and allowed 1-3 hours at room temperature. After that, the gelatin solution was heated in water bath for 10-15 minutes at a temperature of 65°C, then into the water bath with temperature of 35°C and pH of the solution was measured while stirring occasionally.

G. Experimental Design on Screening Stage

A fractional factorial design was used for screening (Table 1). There were 6 independent variables selected and one dependent variable was measured as response in screening, i.e. gelatin yield.

H. Experimental Design on Optimization Stage

From the results obtained on the screening stage, 3 independent variables were then used in the optimization of extraction of gelatin through Response Surface Methodology (RSM) approach.

\[
\frac{\text{Dry Weight of Gelatin}}{\text{Dry Weight of Raw Materials}} \times 100 \%
\]
The independent variables, namely: the concentration of alkaline (X1), the concentration of acid (X2), and the extraction temperature (X3), were suspected as critical variables that can provide significant effects on the extraction of fish gelatin from black spotted oceanic triggerfish waste. Based on these results, the rotatable central composite designs (Tables 2 and 3) were formulated, and four responses evaluated, namely: yield (Y1), gel strength (Y2), viscosity (Y3), and pH (Y4).

I. Analysis of Data

Expert design software version 9.0.5 was used in the optimization of gelatin extraction from waste of black spotted oceanic triggerfish. All data analysis and response surface plot were also done using this software.

III. RESULTS AND DISCUSSION

A. Raw Material

The protein content of raw materials of black spotted oceanic triggerfish waste in the form of skin and bone were analyzed by Kjeldahl method. The analysis showed that protein content in the skin and the bone were 29.69% and 28.90% respectively, while the protein content of both bone and skin mixture was 78.38%. Thus, since the bone and skin mixture produces the highest protein content, this raw material was used for the extraction to obtain optimum amount of gelatin yield.

B. Screening

Based on the results of previous study [6] and the experiments in the screening stage, it was concluded that the alkaline pretreatment concentration (A=X1, N), acid pretreatment concentration (B=X2, N), and the extraction temperature (C=X3, °C) were significant factors affecting gelatin yield (Table 2). Previous research associated with the extraction of gelatin, [7], [8], [9], as well as [10] has also concluded that the concentration of alkaline, acid, and the extraction temperature affect the yield and quality of fish gelatin.

C. Response Surface Model Building of Gelatin Extraction

On the optimization of the gelatin extraction, the response variables optimized were yield, gel strength, viscosity, and pH. Table 3 shows the experimental results of 3-factor, 5 level central composite design with the independent variables (X) and the experimental responses along with the predictions (Y). The response surface models for every response investigated showed in Table 4.

D. Yield

The gelatin yield of bone and skin of black spotted oceanic triggerfish ranged from 2.91% to 14.49%, with an average yield of 7.31%. The results of analysis of variance (ANOVA) showed that the chosen model for the yield response was quadratic (Table 4), because this model had
higher value of R² than other models, i.e. 0.87. This model was significant (P ≤ 0.05) for the yield. The results from ANOVA also showed that the alkaline pretreatment concentration (A=X₁, N) and the extraction temperature (C=X₃, °C) were significant factors affecting the yield, while the acid pretreatment concentration (B=X₂, N), the interaction between factors, and Lack of Fit effects were not significant (P ≥ 0.05). According to [11], an insignificant value of Lack of Fit is a requirement for a good model, since it indicates conformity between the yield response data and the model.

The RSM equation of the gelatin extraction optimization towards the yield response is as follows:

\[
Yield = +6.14 - 1.22 A + 0.56 B + 3.47 C - 0.43 AB - 0.067 AC + 0.40 BC + 0.27 A^2 + 0.35 B^2 + 1.10 C^2 
\]  
(2)

where A, B, C as in Table 2, i.e:

A: The concentration of alkaline pretreatment
B: The concentration of acid pretreatment
C: The extraction temperature

This equation showed that the yield response will increase proportionally with the concentration of acid pretreatment and the extraction temperature which are indicated by constant positive values. This presumably because acid produced a pH that was suitable for the extraction of gelatin and also acid caused some cross-linkages easily to break with little damage to the polypeptide chain [9]. Therefore, a higher yield could be generated. Extraction temperature also affected the yield, based on the statement of [12], during extraction; triple helix molecules will lose stability and break down into three α chain, and upon denaturation of collagen, the triple helix chain completely transformed into a single chain of gelatin. Therefore, the higher the temperature the easier the extraction of triple helix chain, consequently the higher the yield of the resulting gelatin.

Fig. 1 shows normal plot of residuals graph of yield response, which identifies the relationship between the actual value and predicted value. It shows that data for yield response spread normally approaches normality line. This means that the actual results will be close to the predicted results from the DX 9.0.5 program.

Contour plot graph in Fig. 2 shows how the combination between components (X₁, X₂, X₃) interplay yield response value. Different colors on the graph contour plot indicate different yield values. Blue indicates the lowest yield response value and red indicates the highest yield response. The lines which composed of dots on the contour plot graph represent the combination of three components with different values which produced similar yield response.

Fig. 2. The response surface plots of gelatin yield of black spotted oceanic triggerfish waste

Surface shape of interaction between these components can be seen clearly on three-dimensional graph illustrated in Fig. 3.

\[
E. Gel Strength
\]

The gel strength is measured the strength of the gel on the surface of the sample with a distance of 4 mm and at a concentration of 6.67%. The gel strength of skin and bone gelatin of black spotted oceanic triggerfish ranged between 7.20 grams to 91.70 grams with the average value of 38.78 grams. Results of analysis of variance (ANOVA) showed that the model chosen for the gel strength of the response was linear (Table 4), because this model had the highest value of R² with a value of 0.0655. This model was insignificant (P ≥ 0.05) because the value was 0.1597. The treatments of concentrations of alkaline pretreatment, concentration of acid pretreatment and extraction temperature also showed insignificant effect on the gel strength response.

RSM equation for extraction optimization of gelatin towards gel strength response is as follows:

\[
Gel strength Y = +38.79 + 10.94 A - 9.97 B + 3.50 C 
\]  
(3)

where: A, B, C as in Table 2.

Fig. 3. Surface profile plot of yield response.
The equation shows that the gel strength response will increase proportionally to the increase in the concentration of alkaline and the extraction temperature which indicated by the constant positive values. However, acid concentration showed a different response. An increase in acid concentration will result in the decrease of gelatin gel strength response.

Normal plot of residuals graph that identifies the relationship between the actual and the predicted values in the data to indicate the response that spreads the gel strength was not close to the normal line (Fig. 4). This means that the actual results were not close to the results predicted by the DX 9.0.5 program.

![Fig. 4 Normal plot of residuals of gel strength response](image)

Contour plot graph in Fig. 5 shows how the combination between components (X1, X2, X3) interplay gel strength response value. As for Fig. 2, the different colors on the contour plot graph indicate different gel strength values. The blue, red, and dots on the graph indicated the same information as in Fig. 2. The three-dimensional graph of the surface shape of interaction between these components is illustrated in Fig. 6.

![Fig. 5 The response surface plots of gel strength](image)

![Fig. 6 Surface profile plot of gel strength response.](image)

**F. Viscosity**

Gelatin viscosity testing was conducted to determine the level of viscosity of the gelatin as a solution at a certain concentration and temperature. According to [13], the viscosity of the gelatin is usually measured at a temperature of 60 °C. The gelatin viscosity of skin and bone of black spotted oceann triggerfish ranged from 1.00 cP to 1.70 cP with an average value of 1.2 cP. Results of analysis of variance (ANOVA) showed that the model chosen for the response of viscosity was the average (mean) (Table 4), because other models had negative R² values. The model indicated no significant effect (P≥0.05) and all of the independent variables (X1, X2, X3), i.e. alkaline and acid pretreatment concentrations, and extraction temperatures also showed no significant effects on the viscosity response.

Normal plot of residuals in Fig. 7 identifies the relationship between the actual and predicted values which shows that the data were spread away from the normal line. This means that the actual results were not approached the results predicted by the program DX 9.0.5.

![Fig. 7 Normal plot of residuals of viscosity response](image)

**G. The Degree of Acidity (pH)**

The pH value of the gelatin is influenced by pretreatment of raw material for extraction [14]. The pH value of gelatin ranged from 2.73 to 3.44 with an average value of 3.10. Results from analysis of variance (ANOVA) showed that the models were chosen for pH response was quadratic (Table 4), because this model had the highest value of R² compared to other models with value of 0.3857. This model had no significant effects (P≥0.05). Likewise, all of the independent variables showed no significant effect on the pH response. The equation for the pH response was:

\[
pH = 2.93 + 0.035A - 0.061B + 0.081C + 0.063AB - 7.500E003 AC -0027 BC + 0056 A^2 + 0081 B^2 + 0.13 C^2\]  

(4)

where: A, B, C as in Table 2.

The equation shows that pH response will increase proportional to the increase in the concentration of alkaline and the extraction temperature which indicated by the constant positive value. Acid concentrations showed an opposite effect, where an increased in acid concentration will decrease the pH of the gelatin. Normal plot of residuals chart (Fig. 8) shows the data for the pH response spread a
little bit out of the normal line. This means that the actual results are not too close to the results predicted by the program DX 9.0.5.

Contour plot in Fig. 9, shows how the combination between components interplay response of the pH value. Different color on the chart contour plot shows a different value. The green color indicates the value is low and a reddish yellow color indicates a higher pH response. The lines which are composed of dots on the graph contour plot show the combination of the three independent variables with different values that produces the same pH response. The surface shape of the interaction between these components can be seen more clearly in the three-dimensional graph shown in Fig.10.

There were 72 optimization solution formulas obtained from the optimization process and only 1/8 optimization formulas preferred which had higher desirability values (Table 6).
Gelatin extraction process conditions recommended was using alkaline concentration (NaOH) of 0.55 N, acid (HCl) of 0.95 N, and a temperature of 60 °C. The optimal solution formula had optimization targets of 79.5% and was predicted to produce a gel with 11.21% yield and pH 3.4.

Fig. 11 and 12, describes the optimization results in two and three dimensional (2D and 3D) contour forms. Two-dimensional contour plot (Fig. 11) shows the responses of the predictive models for gelatin yields and pH values. The lines which were composed of dots shows the combination of the three components with different values that produces a certain desirability same value. Prediction point in the figure shows the combination of alkaline concentration (NaOH) of 0.55 N, acid (HCl) of 0.95 N, and a temperature of 60°C that produced desirability value of 0.795. In addition, the three-dimensional graph (Fig. 12) shows the projection of the contour plots. The higher the area, the higher the desirability value, and vice versa if the area is low, the desirability will show a low value.

Fig. 11 Contour plot with optimum desirability formula

Fig. 12 Three dimensional surface profile plot with optimum desirability formula

IV. CONCLUSIONS

An increased in alkaline concentration and extraction temperature caused a decreased on yield, and increased on gel strength and pH, whereas an increase in acid concentration and temperature led to an increase in yield. The viscosity was not affected by the concentration of alkaline, acid and temperature. Optimization using expert design program 9.0.5 via response surface methodology approach generates optimal formula for gelatin extraction with alkaline concentration (NaOH) of 0.55 N, acid (HCl) of 0.95 N and a temperature of 60°C with desirability value of 0.795.

ACKNOWLEDGMENT

We thank Syiah Kuala University, Banda Aceh and Dikti Indonesia “Fundamental Project”, for financial support provided.

REFERENCES

[1] Alexandre, da T. A., E. Balbinot, C.J. Weber, I. B. Tonial., A. Machado-Laukes, “Fish Gelatin: Characteristics, Functional Properties, Applications and Future Potentials” Food Engineering Reviews, Volume 7 Issue 1 pp: 33-44, 2015.

[2] Chuaynukul, K., T. Prodpren and S. Benjakul., “Properties of thermo-compression molded bovine and fish gelatin films as influenced by resin preparation condition”. International Food Research Journal volume 22 No, 3, pp 1095-1102. 2015.

[3] Maria, C. K., “Optimasi pembuatan gelatin dari tulang ikan kaki-kaki (plectorhynchos chaetodonides) menggunakan berbagai konsentrasi asam dan waktu ekstraksi” Bachelor of Agricultural thesis, Universitas Pancasila Jakarta, Jakarta, Indonesia, 2005.

[4] Rahardjo, J. dan R. Iman, “Optimasi Produksi Dengan Metode Response Surface,”. Jurnal Teknik Industri Vol. 4 No. 1:36-44, 2002.

[5] Mayuri, T., M.D, Hanjabam, V, Gudipati., and N, Kannuchamy., “Protective Effect of Fish Gelatin-Based Natural Antimicrobial Coatings on Quality of Indian Salmon Fillets during Refrigerated Storage” Journal of Food Process Engineering, Volume 39 Issue 4, 2015.

[6] Idyanti, D. “Pembuatan Gelatin Dari Limbah Ikan Leubim (Chanthidermis maculatus)” Bachelor of Agriculture thesis, THP Unsyiah, Banda Aceh, 2014.

[7] Gomez, G. M. C., dan P. Montero, “Extraction of Gelatin From Megrim (Lepidorhombus boscil) Skins with Several Organic Acids,” J. Food Sci. 66(2): 213-216, 2001.

[8] Zhou, P., dan J. M. Regenstein, “Optimization of Extraction Condition for Pollock Skin Gelatin,” Journal of Food Science, Vol 69 No. 5, 2004

[9] Zhou, P., dan J. M. Regenstein, “Effects of alkaline and acid pretreatment on Alaska Pollock skin gelatin extraction;” Journal of Food Science, 70 (6): C392-C396, 2005.

[10] Boran, C., dan J. M. Regenstein, “Optimization Of Gelatine Extraction From Silver Crap Skin,” Journal Of Food Science, Vol. 74. No. 8, 2009.

[11] Keshani, S., Chua, A.L., Nourouzi, M.M., Russly, A.R.,and Jamilah, B, “Optimization of concentration process on pomelo fruit juice using response surface methodology (RSM),” International Food Research Journal 17: 733–742, 2010.

[12] Karlina, I. R. dan L. Atmaja. “Ekstraksi Gelatin Dari Tulang Rawan Ikan Pari (Himantura gerarrdi) Pada Variasi Larutan Asam Untuk Perendaman. Prosiding,” Bachelor thesis, KIMIA-FMIPA-ITS, 2009.

[13] Leiner, P. B. (2006) The physical and chemical properties of gelatin. [Online]. Available: http://www.phgelatin.com

[14] Alfaro AT, Fonseca GG, Prentice C, “Enhancement of functional properties of wani tilapia (Oreochromis urolepis homorum) skin gelatin at different pH values,” Food Bioprocess Technol, 6(8):2118–2127, 2012.

[15] Myers, R.H. and D.C. Montgomery. Response Surface Methodology. New York. John Wiley & Sons Inc. p. 798, 2002.